RESEARCH PAPER

Stability of Palladium(II) beta-cyclodextrin nanocomposite in aqueous media and its catalytic activity in Homocoupling of Arylboronic acid

Mazin A. Othman
Department of Chemistry College of Science, Salahaddin University-Erbil, Kurdistan region-Iraq.

ABSTRACT:
Palladium(II) beta-Cyclodextrin (Pd(II)-β-CD) nanocomposites are water-soluble compounds which can be of great importance for performing palladium-catalyzed reactions in aqueous media. The stability of water-soluble Pd(II)-β-CD nanocomposites in water were examined and was found that this nanocomposit is losing its stability in water significantly with time in the time interval of 0 to 200 minutes. In addition, the Pd(II)-β-CD nanocomposite was used as a catalyst for Aerobic homocoupling of arylboronic acid (ArBA) in water. However, the results showed that the catalytic activity of same prepared Pd(II)-β-CD nanocomposite stock solution in water for homocoupling reaction of ArBA decreases with time significantly. The Stability of the Pd(II)-β-CD nanocomposite was monitored using Ultra Violet- Visible (UV-Vis) spectroscopy. used to monitor the catalyst stability

KEY WORDS: Palladium, Cyclodextrin, nanocomposites, Catalytic activity, Homocoupling, Arylboronic acid.
DOI: http://dx.doi.org/10.21271/ZJPAS.32.4.14
ZJPAS (2020) , 32(4):114-121 .

1.INTRODUCTION

Pd(II)-β-CD nanocomposites are water-soluble materials which consists of two palladium(II) metal linked inside a beta-cyclodextrin (see scheme 1) (Wei et al, 2019 , Bahareh et al., 2019, Raihana, 2016 and Kenneth, 1997). The synthesis and characterization of Pd(II)-β-CD nanocomposite was first reported by Babak Kaboudin group (Babak. et al., 2016). Also, they have developed a new protocol for homogenous catalysis of Zuzuki-Miyaura coupling reaction in neat water using Pd(II)-β-CD as an efficient nanocatalyst with high turnover frequencies.

* Corresponding Author:
Mazin A. Othman
E-mail: mazin.othman@su.edu.krd

Article History:
Received: 17/03/2020
Accepted: 21/04/2020
Published: 08/09 /2020
Catalysis using palladium nanoparticles (Pd-NPs) has been widely used in many types of chemical transformations, including C-C bond-forming reactions, and in particular the Suzuki-Miyaura and Heck reactions ((Wei et al, 2019, and Yafei et al., 2017, Moreno-Manas et.al., 2003, Sawoo et al., 2009, Karimi et al., 2010, Pérez-Lorenzo, 2012 and Dell’Anna et al., 2013). Yanru Yin et al. have studied the role of poly(vinylpyrrolidone) on the synthesis four types of Pd-nanoparticles from PdCl2 and Na2PdCl2 as precursors. They have found that the nanoparticles which have synthesized without poly(vinylpyrrolidone) have smaller sizes and can reach maximum catalytic current transfer than the ones which are synthesized in the presence of poly(vinylpyrrolidone) (Yanru et al., 2019). Additionally, highly efficient and recyclable Palladium nanoparticles decorated olyethyleneimine/Polyacrylactone PEI/PCL@PdNPs composite Fibers have been Constructed by Electrospinning reduction methods using elexctrospun. The prepared nanocomposite was used as an efficient, stable and reusable catalyst for the reduction reaction of 4-nitrophenol and 2-nitroanline (Cuiru, 2019). Moreover, Palladium nanoparticles immobilized on thio modified multi walled carbon nanotubes were used as heterogeneous and rescyclable nanocatalyst for Buchwald-Hartwig C-N cross coupling reactions. The catalyst was fully characterized using different spectroscopic techniques and showed reusability for Buchwald-Hartwig reaction for six times without change in its catalytic activity (Veisi et al., 2019). Furthermore, palladium nanoparticles are widely used in C-C coupling reactions. It has been found that in most cases of C-C coupling Pd-NPs are not the only palladium present in the reaction system, but they might lead to the formation of other active species forming “cocktail of catalysts”. The active species can be formed both from Pd-NPs and/or Pd(II) complexes ( Trzeciak and Augustyniak, 2019).

The applications of Pd-NPs in catalysis have been motivated by the improvements in efficiency and selectivity of Pd-NP-catalysed reactions and also by the ease of recovery and recyclability of the catalysts (Astruc et al., 2005, Asturc, 2007, Taladriz-Blanco et al., 2013 and Daniel et al., 2004). However, Aerobic homocoupling of arylboronic acids (ArBA) using different palladium nanoparticles was studied in the literature (Mazin and Niklaas, 2011 and Azzedine et al., 2017).

In this work we have studied the stability of Pd(II)-β-CD catalyst and its catalytic activity for the aerobic homocoupling reaction of arylboronic acid. UV-Vis spectroscopy was used to monitor the catalyst stability and reactivity in aqueous media. The Absorbance of Biphenyl formation was followed for kinetic studies.

2. MATERIALS AND METHODS

2.1. Chemicals
Arylboronic acid is purchased from Acros, K₂CO₃ is purchased from Alfa Aesar) and used as purchased without further purifications. However, Pd(II)-β-CD nanocomposite was provided by the Babak Kaboudin group (Babak K. et al., 2016). Distilled water was the solvent for all stock solutions.

2.2. Pd(II)-β-CD nanocomposite stability procedure

Pd(II)-β-CD nanocomposite stability was studied using Jasco UV-Vis spectrophotometer by preparing a stock solution of Pd(II)-β-CD in distilled water and follow the time-resolved absorption peak every 20 minutes from 200-800 nm.

2.3. Pd(II)-β-CD nanocomposite activity for homocoupling reaction of ArBA

The catalytic activity of Pd(II)-β-CD nanocomposites for the homocoupling reaction of ArBA in aqueous media were studied using Jasco V-650 spectrophotometer with a PAC-743R Peltier thermostatted 6-cell changer (Jasco UK Ltd., Great Dunmow, UK) at fixed maximum wave length( λ max = 250 nm) by measuring the absorbance every 5 minutes for the reaction of 0.2 M ArBA using fixed concentration of the catalyst in a cuvette.

3. Results and Discussions

3.1. Pd(II)-β-CD nanocomposite stability in water

Figure 1 shows the UV-Vis spectra of 10.0 ppm Pd(II)-β-CD nanocomposite in distilled water. The spectrum of the color less solution was measured every 20 minutes at a wavelength range of 200-800 nm.
Fig. 1. a) UV-Vis Spectra of Pd(II)-β-CD nanocomposite in distilled water (20 min. is the time interval between each spectrum (see the time of each color)) b) the absorbance of Pd(II)-β-CD nanocomposite in distilled water at λ max 325 nm (red dots) and λ max 225 nm (black dots) with time.

It is clear from figure 1(a and b)) that the spectra of the catalyst solution does not stay constant, there is an increase of the peak in the range of wave length 200-250 nm (λ max 325 nm) (which we believe is the peak of Pd(II)-β-CD nanocomposite without leaching of bound Pd to the CD) and a decrease in the range 300-350 nm (λ max 325 nm) (which we believe is the peak of Pd(II)-β-CD nanocomposite leaching of bound Pd to the CD) with time which gives an indication that the structure of the catalyst dose not stay constant in water. Figure 1 (b) shows that about 200 minutes are required to reach equilibrium between Pd(II)-β-CD nanocomposite and of Pd(II)-β-CD nanocomposite leaching of bound Pd to the CD.

To explore more ¹H nmr was measured for the catalyst in D₂O with time as shown in figure (2)
Figure 2 shows no changes in $^1$H nmr peaks with time which indicates that the cyclodextrin structure does not change, this mean that Pd leach out to the solution and becomes unbound to catalyst the nanocomposite. Leaching out of some of Pd in to the solution is a common problem that some previous studies are referring to which leads to decreasing the catalytic activity of the catalyst (Azzedine et al., 2017). Also, according to Trzeciak and Augustyniak many Pd-NPs tend to form other unbound Pd species in the reaction solution which they called “Cocktail catalysts” which might be the case of changing the UV-Vis spectra of our Pd(II)-β-CD nanocomposite and no change in $^1$H nmr spectra (Trzeciak and Augustyniak, 2019).

3.2. Homocoupling of ArBA using Pd(II)-β-CD nanocomposite

Aerobic homocoupling of ArBA in basic aqueous media using Pd(II)-β-CD nanocomposite was studied using UV-Vis spectrophotometer in an open cap cuvette using $K_2CO_3$ as a base.

Scheme 3. Aerobic homocoupling reaction of ArBA using Pd(II)-β-CD nanocomposite in basic aqueous media. According to the literature the products of the reaction are biphenyl and phenol. (Mazin and Niklaas, 2011 and Azzedine et al., 2017)

The time-resolved absorption spectra were measured for the reaction see figure 3.
From figure 3 we can follow the progress of the reaction with time from which we see decrease of ArBA peak (1) and an increase of biphenyl and phenol formation peaks 2 and 3 respectively. (Azzedine et al., 2017).

### 3.3. Pd(II)-β-CD nanocomposite reactivity

The Pd(II)-β-CD nanocomposite reactivity was tested using aerobic homocoupling reaction of ArBA in aqueous media using K$_2$CO$_3$ as a base at room temperature. A 20.0 ppm of the Pd(II)-β-CD nanocomposite stock solution was prepared and used as a catalyst for the aerobic homocoupling reaction of ArBA at different time intervals of the stock solution in distilled water preparation. The reaction was monitored using UV-Vis spectroscopy and the absorbance of the biphenyl formation was measured with time at maximum wave length of 250 nm. The reaction was repeated after different period of the catalyst stock solution preparation using the same concentration of the catalyst see figure 4.
Figure 4. The absorbance of Biphenyl with time at $\lambda_{\text{max}}=250$ nm for the aerobic homocoupling reaction of 0.2 mM ArBA using 0.3 mM K$_2$CO$_3$ and 3.0 ppm Pd(II)-$\beta$-CD nanocomposite a) fresh catalyst stock solution, b) catalyst stock solution after 2 hours preparation.

It is clear from figure 4 that the reaction rate decreases significantly when 2 hours is passing on after the catalyst stock solution preparation which indicates that the reactivity of the catalyst stock solution decreases with time. This goes in line with our result in figure 2 which shows the changing of the UV-Vis spectra of Pd(II)-$\beta$-CD nanocomposite in distilled water with time. According to our previous work on another palladium nanocomposite catalyst and other works in the literature (Azzedine et al., 2017 and Veisi et al., 2019) and our results in this work the Palladium will leach out of the catalyst solution which changes to unreactive palladium black and this will lead to the decrease of the catalyst reactivity with time.

Conclusions

In summary, the stability of Pd(II)-$\beta$-CD nanocomposites in aqueous media was followed using UV-Vis spectroscopy. The UV-Vis time-resolved absorption spectra of the Pd(II)-$\beta$-CD nanocomposite solution in distilled water showed a significant change with time which indicates that the structure of some of the Pd(II)-$\beta$-CD nanocomposite particles does not stay constant in aqueous solution due to the leach out of some of the cyclodextrin bound Pd in to the solution and becomes unbound to the cyclodextrin molecules and produce unreactive Pd black species and this process requires about 200 minutes. The reactivity of Pd(II)-$\beta$-CD nanocomposite as a catalyst for aerobic homocoupling reaction of ArBA in aqueous basic solution was decreasing with time of the catalyst stock solution preparation. These results led us to conclude that palladium will leach out of the catalyst stock solution which leads to the formation of unreactive palladium black which decreases the catalyst stock solution reactivity for the aerobic homocoupling reactions of ArBA with time.

Acknowledgment

The author extends his appreciation to chemistry department of the Institute for Advanced Studies in Basic Sciences (IASBS) in Islamic Republic of Iran, especially Babak Kboudin group for providing the fully characterized Pd(II)-$\beta$-CD nanocomposite and working in their laboratories.

References

Trzeciak, M, Augustynia W., The role of palladium nanoparticles in catalytic C–C cross-coupling reactions, Coordination Chemistry Reviews 2019, 384, 1-20.

Astruc D., Lu F. and Aranzaes R., Nanoparticles as recyclable catalysts: the frontier between
homogeneous and heterogeneous catalysis, *Angewandte Chemie*, International Edition in English 2005, 44 (48), 7852-7872.

Astruc, D., Palladium nanoparticles as efficient green homogeneous and heterogeneous carbon-carbon coupling precatalysts: A unifying view. *Inorganic Chemistry*, 2007, 46, 1884–1894.

Azzedine B., Mazin O., Louis L., Soichiro M., Yoshinobu N., Syuji F., and Niklaas B., Halide-Enhanced Catalytic Activity of Palladium Nanoparticles Comes at the Expense of Catalyst Recovery, *Catalysts*, 2017, 7(9), 280-297.

Bahareh H., Majid H., Mohammad R. Nabid, S. and Seyyed Emad H., Novel palladium nanoparticles supported on β-cyclodextrin@graphene oxide as magnetically recyclable catalyst for Suzuki–Miyaura cross-coupling reaction in water, *Journal of Organometallic Chemistry* 2016, 818, 195-199.

Babak K., Hadi S., Ramin M., Foad K. and Tsutomu Y., Pd(II)-β-cyclodextrin complex: Synthesis, characterization and efficient nanocatalyst for the selective Suzuki–Miyaura coupling reaction in water, *Journal of Organometallic Chemistry* 2016, 4632-4649.

Cuiru W., Juanjuan Y., Shiqi H., Tifeng J., Zhenhua B., Jingxin Z., Lexin Z. and Qiuming P., Preparation of Palladium Nanoparticles Decorated Polyethyleneimine/Polycaprolactone Composite Fibers Constructed by Electrospinning with Highly Efficient and Recyclable Catalytic Performances, *catalysts* 2019,9 (6), 559-574.

Maria D., Matilda M., Piero M., Antonino R., Chiara P., and Cristina L., Suzuki-Miyaura coupling under air in water promoted by polymer-supported palladium nanoparticles, *Journal of Molecular Catalysis: A Chemistry* 2013, 366, 186–194.

Karimi, B., Behzadnia, H., Farhangi, E., Jafari E. and Zamani, A., Recent Application of Polymer Supported Metal Nanoparticles in Heck, Suzuki and Sonogashira Coupling Reactions, *Current Organic Synthesis* 2010, 7, 543–567.

Kenneth A. Connors, The Stability of Cyclodextrin Complexes in Solution, *Chemical review* 1997, 97, 1325-1358.

Mazin O. and Niklaas B., Ph.D. thesis, The palladium-catalysed aerobic oxidative homocoupling reaction of aryloboronic acids in aqueous micellar medium kinetic and mechanistic studies, School of Chemistry, Cardiff University, UK, 2011.

Moreno-Manas M., and Pleixats, R., Formation of Carbon–Carbon Bonds under Catalysis by Transition-Metal Nanoparticles, *Accounts of Chemical Research* 2003, 36 (8), 638-43

Pérez-Lorenzo J., Palladium nanoparticles as efficient catalysts for Suzuki cross-coupling reactions, *Physical Chemistry Letters*, 2012, 3, 167–174

Raihana K. and Kasi P., A pyridinium modified β-cyclodextrin: an ionic supramolecular ligand for palladium acetate in C–C coupling reactions in water, *Green Chemistry*, 2016,18, 5518-5528

Sawoo, S., Srimani, D., Dutta, P., Lahiri, R. and Sarkar, A, Size controlled synthesis of Pd nanoparticles in water and their catalytic application in C-C coupling reactions. *Tetrahedron* 2009, 65, 4367–4374.

Taladriz-Blanco. P., Hervés, P., and Pérez-Juste, J. Supported pd-nanoparticles for carbon-carbon coupling reactions, *Topics in Catalysis* 2013, 56, 1154–1170.

Veisi H., Safarimehr P., and Hemmati S., Buchwald-Hartwig C-N cross coupling reactions catalyzed by palladium nanoparticles immobilized on thio modified-multi walled carbon nanotubes as heterogeneous and recyclable nanocatalyst, *Materials Science and Engineering: C* 2019, 96, 310-318.

Wei Z., Zi-Jian Y. and Wei D., Palladium Nanoparticles Supported on β-cyclodextrin Functionalised Poly(amido amine)s and their Application in Suzuki-Miyaura Cross-Coupling Reactions, *Journal of the Brazilian Chemical Society* 2019, 30(8), 1667-1677.

Yafei G., Jiuling L., Xiwei S., Yang L., Kai X., Yuqi L., Yubo J., Bo Y. and Rui Y., Cyclodextrin-supported palladium complex: A highly active and recoverable catalyst for Suzuki–Miyaura cross-coupling reaction in aqueous medium, *Applied Organometallic Chemistry* 2017, 31:e 3592-3607.

Yanru Y., Ning M., Jing X., Guoqiang W., Shuibo L., Hongliang L. and Peizhi G., Insights into the Role of Poly(vinylpyrrolidone) in the Synthesis of Palladium Nanoparticles and their Electrocatalytic Properties, *Langmuir* 2019, 35, 3, 787-795.

ZANCO Journal of Pure and Applied Sciences 2020